Metal–organic framework nanosheets for enhanced performance of organic photovoltaic cells.

White Rose Research Online URL for this paper: http://eprints.whiterose.ac.uk/158650/

Version: Accepted Version

Article:
Sasitharan, K., Bossanyi, D.G. orcid.org/0000-0002-8804-802X, Vaenas, N. et al. (5 more authors) (2020) Metal–organic framework nanosheets for enhanced performance of organic photovoltaic cells. Journal of Materials Chemistry A. ISSN 2050-7488

https://doi.org/10.1039/c9ta12313j

© 2020 Royal Society of Chemistry. This is an author-produced version of a paper subsequently published in Journal of Materials Chemistry A. Uploaded in accordance with the publisher's self-archiving policy.

Reuse
Items deposited in White Rose Research Online are protected by copyright, with all rights reserved unless indicated otherwise. They may be downloaded and/or printed for private study, or other acts as permitted by national copyright laws. The publisher or other rights holders may allow further reproduction and re-use of the full text version. This is indicated by the licence information on the White Rose Research Online record for the item.

Takedown
If you consider content in White Rose Research Online to be in breach of UK law, please notify us by emailing eprints@whiterose.ac.uk including the URL of the record and the reason for the withdrawal request.
Metal-organic framework nanosheets for enhanced performance of organic photovoltaic cells

Kezia Sasitharan\textsuperscript{a}, David G. Bossanyi\textsuperscript{b}, Naoum Vaenas\textsuperscript{b}, Andrew J. Parnell\textsuperscript{b}, Jenny Clark\textsuperscript{b}, Ahmed Iraqi\textsuperscript{a}, David G. Lidzey\textsuperscript{b} and Jonathan A. Foster\textsuperscript{a}\textsuperscript{*}

Metal-organic nanosheets (MONs) are an emerging class of two-dimensional materials whose diverse and readily tunable structures make them ideal for use in optoelectronic applications. Here, liquid exfoliation is used to synthesize ultrathin zinc-porphyrin based MONs with electronic and optical properties ideally suited for incorporation into a polythiophene-fullerene (P3HT-PCBM) organic solar cell. Remarkably, the addition of MONs to the photoactive layer of a photovoltaic device results in a power conversion efficiency of 5.2\%, almost twice that for reference devices without nanosheets with a simultaneous improvement of J\textsubscript{sc}, Voc and FF. Our analysis indicates that the complimentary electronic, optical and structural properties of the MONs allows them to act as a surface to template the crystallization of P3HT leading to a doubling of the absorbance, a tenfold increase in hole mobility and reduced grain size. These results demonstrate the potential of MONs as a tunable class of two-dimensional materials for enhancing the performance of a broad range of organic solar cells and other electronic devices.

1 Introduction

Two-dimensional nanomaterials such as graphene hold enormous potential for use in advanced electronics, energy, separation and composite materials applications.\textsuperscript{1–3} However, the simple chemical composition of many of these materials mean it can be difficult to optimise them for many applications. Metal-organic framework nanosheets (MONs) are an emerging class of two-dimensional nanomaterials composed of metallic linkers co-coordinated to metal-ions or clusters.\textsuperscript{4–7} MONs display the high surface area and aspect ratios of other two-dimensional materials but have a modular structure which readily allows for systematic tuning of their electronic, optical and mechanical properties and introduction of new chemical functionalities. A diverse range of MONs have been formed either bottom-up, via an arrested crystallization in the presence of a templating agent or interface, or “top-down” by mechanical or liquid exfoliation of layered metal-organic frameworks (MOFs). MONs have already shown significant promise for use in a variety of separation,\textsuperscript{8,9} catalysis,\textsuperscript{10,11} sensing,\textsuperscript{12–14} and electronics applications.\textsuperscript{15–19}

Organic photovoltaics (OPV) offer a variety of attractive properties over current silicon technology including highly tuneable structures, low cost production, large area manufacturing capability and the potential to create flexible and semi-transparent devices.\textsuperscript{20} Historically OPV has suffered from low power conversion efficiencies and poor stability but there has been renewed interest thanks to recent innovations such as new materials,\textsuperscript{21,22} device architectures,\textsuperscript{23} and multicomponent (ternary or quaternary) bulk heterojunction (BHJ) approaches.\textsuperscript{24–29} In the latter case, a wide range of additives have been investigated whose complimentary optical or electronic properties enable them to enhance the range of light absorbed,\textsuperscript{30–32} facilitate more efficient electron or hole transport\textsuperscript{33} or modify the morphology of the devices leading to improvements in performance and stability.\textsuperscript{34–36} Two-dimensional materials are ideal candidates for use as additives thanks to their large surface areas and distinct electronic and optical properties.\textsuperscript{37–39} Transition metal dichalcogenides (TMDCs) in particular have attracted significant interest because of their thickness-dependant opto-electronic properties,\textsuperscript{40} ambipolar charge transport,\textsuperscript{41} chemical stability and direct band-gaps in the single layer form.\textsuperscript{42} However, the difficulties in controlling layer thickness and scalability of these materials have so far limited their use in OPV applications.\textsuperscript{43}

MONs possess a variety of characteristics that make them attractive candidates for use in photovoltaics, as outlined in the “MOF electronic roadmap”.\textsuperscript{44} Their diverse chemistry and modular structure allow for ready tuning of their optical and electronic properties. This means MONs have the potential to perform roles in light absorption, carrier generation and transport within PV devices. MONs have a long range order which could help minimize the traps, dead ends and defects problematic in light-harvesting organic polymers. The nanoscopic dimensions of MONs open up new possibilities for their inclusion within the active layer of thin film devices and

\textsuperscript{a}Department of Chemistry, The University of Sheffield, Dainton Building, Brook Hill, S3 7HF, Sheffield, United Kingdom
\textsuperscript{b}Department of Physics and Astronomy, The University of Sheffield, Hicks Building, Hounsfield Road, S3 7RH, Sheffield, United Kingdom

Electronic Supplementary Information (ESI) available: [details of any supplementary information available should be included here]. See DOI: 10.1039/x0xx00000x
the highly anisotropic structure of MONs mean they are predisposed to align parallel to the surface.

Most work using MOFs for photovoltaics has focused on their use in dye-sensitized solar cells where they have been used to reduce structural disorder and increase charge mobility.\textsuperscript{45-47} They have achieved this using either dyes or donor-acceptor molecules as ligands within the MOFs or by incorporating dyes or fullerenes within their pores with power conversion efficiencies reported up to 1.27%.\textsuperscript{48,49} Epitaxially grown MOF films have also been employed as donor layers in planar light-harvesting devices.\textsuperscript{50-53} MONs have shown promise in a variety of electronic applications,\textsuperscript{18,54} however we are only aware of two reports of their use in solar cells. One recent report showed that tellurium-based MONs could be blended with ZnO-PEIE (polyethylenimine ethoxylate) to form a buffer layer which resulted in a small enhancement in the performance of two OPV devices.\textsuperscript{55} To-date, there have been no reports of the use of MONs or more generally MOFs within the active layer of bulk-heterojunction OPV devices.

Here, we explore a new approach to enhancing OPV bulk heterojunction devices by blending 2-D metal-organic nanosheets along with semi-conducting polymers and fullerene acceptors in the photoactive layer via a simple spin-coating procedure. We hypothesized that zinc-porphyrin based MONs would have good electronic and optical properties for inclusion in OPV devices and used ultrasonic liquid exfoliation to create predominantly monolayer nanosheets. Remarkably, addition of the MONs to a well-studied OPV system was found to result in an almost doubling of the device performance compared to the reference devices without MONs. Detailed studies were therefore undertaken in order to understand the role of the MONs on device performance, charge mobility, absorbance, thin film morphology and crystallinity. On the basis of these observations we were able to put forward a model to explain the improvements in performance seen. We anticipate that the diverse and tunable properties of MONs will enable them to play an important role in enhancing the performance of a wide range of other OPV and electronic devices.

2 Results and discussion

2.1 Synthesis and characterisation of the zinc porphyrin MONs

The layered MOF Zn$_2$(ZnTCPP), where TCPP is tetrakis(4-carboxyphenyl)porphyrin, was synthesised solvothermally using a procedure adapted from Choi et al\textsuperscript{57} (Figure 1a). TCPP was heated with zinc nitrate in a DMF:ethanol mixture at 80 °C for 24h to produce a black microcrystalline powder. XRPD and other solid-state analysis (Figure S1-S3, ESI) showed a good match for the previously reported Zn$_2$(ZnTCPP) and analogous structures in literature.\textsuperscript{13,58-62} The layered MOF was suspended in chlorobenzene (5mg/mL), sonicated in an ultrasonic bath for 1 hour and centrifuged at 1500 rpm for 10 mins to remove larger particles. The resulting transparent suspension showed Tyndall scattering (Figure S4, ESI) consistent with the presence of nanoparticles. XR-PD and other solid-state analysis (Figure S1-53, ESI) showed a good match for the previously reported Zn$_2$(ZnTCPP) and analogous structures in literature.\textsuperscript{13,58-62}

The layered MOF was suspended in chlorobenzene (5mg/mL), sonicated in an ultrasonic bath for 1 hour and centrifuged at 1500 rpm for 10 mins to remove larger particles. The resulting transparent suspension showed Tyndall scattering (Figure S4, ESI) consistent with the presence of nanoparticles. Atomic force microscopy (AFM) and Transmission Electron Microscopy (TEM) revealed the formation of ultra-thin nanosheets with lateral dimension of 300 ± 100 nm and a...
uniform thickness of 1±0.3nm corresponding to predominantly monolayer thickness (Figure 1a, Figure S5-S6, ESI). Fast Fourier Transform (FFT) of electron diffraction patterns (Figure 1c) show lattice fringes with spacing of 1.66 nm consistent with the Zn-Zn distance in the MON structure (Figure 1c). Electron energy loss spectroscopy (EELS) showed the zero-electron loss peak to be the most intense with an inelastic mean free path of 0.10, consistent with the observation of a sample of monolayer thickness (Figure S6c, ESI). It is worth noting that the MONs produced by our simple and scalable approach are thinner and have smaller lateral dimensions than those typically obtained from TCPP with Zinc and other metal ions (Cu, Co, Cd) including assembly at liquid interfaces,59,60,62 intercalation of ligands63 and surfactant assisted synthesis.13

UV-Vis measurements of the Zn2(ZnTCPP) MONs in suspension show they are strongly absorbing with a characteristic π-π* soret band at 435nm and Q bands at 564 and 601 nm (Figure S7, ESI). The weight ratios of the components in the blend films are stated in the legend. Refer to Figure S14 (ESI) for spin coating parameters used; d. Table showing key results from the band gap evaluation of Zn2(ZnTCPP) MONs (i. λonset values obtained by extrapolating the charge transfer peak to the x-axis (shown in Figure S10, ESI); ii. The charge transfer UV-Vis peak as observed in Fig S9; iii. A MON suspension (5mg/ml in ethanol) was dropcast onto a quartz substrate, followed by solvent evaporation prior to recording the UV-Vis spectra. 

Figure 2 Optoelectronic characterizations: a. Thin film absorption spectra of P3HT and PCBM spin-coated from chlorobenzene at 2000 rpm@60 seconds and Zn2(ZnTCPP) MONs dropcast (5mg/ml) and dried b. Comparison of absorption spectra of the polymer-fullerene, polymer-nanosheets and polymer-nanosheets-fullerene blends all spin-coated to achieve a layer thickness of ~150 nm; c. Photoluminescence spectra recorded from spin coated thin films (~150 nm) of P3HT, P3HT-Zn2(ZnTCPP) and P3HT-Zn2(ZnTCPP)-PCBM blends, excited at 500nm. The solution and thin-film photoluminescence (PL) studies were undertaken in order to understand the energy transfer characteristics between the MONs and the chosen donor-acceptor components. The MONs show a broad PL emission between 500-800 nm which was quenched upon gradual addition of PCBM (Figure S10,ESI). In the solution state PL, addition of MONs to P3HT resulted in 70% quenching of the P3HT signal and a 30% increase in the PL signal of the MONs (Figure S11,ESI). This observation is consistent with previous literature studies in ternary blend solar cells.57,68 The PL intensity of pristine-P3HT films when compared with that of P3HT-MONs blend films was found to be quenched (69.6% quenching efficiency, obtained by integrating the area under curve) with the addition of MONs. When PC60BM is introduced into the blend, complete quenching of the PL signal is observed (Figure 2c). Figure S12, ESI shows the systematic study of PL quenching of P3HT thin films upon gradual increase in the
The blends were deposited by spin coating on ITO coated glass substrates containing a 30-40 nm thick layer of PEDOT:PSS. The spin coating parameters were adjusted in order to obtain a ~150-200 nm thick photoactive layer. Finally, a 5 nm thick BCP (2,9-Dimethyl-4,7-diphenyl-1,10-phenanthroline, commonly known as bathocuproine) buffer layer and a 100 nm thick Ag electrode was thermally evaporated on top and the devices were encapsulated with glass covers. The current density-voltage curves under illumination with a solar simulator (AM 1.5, 1SUN) for the blends P3HT:Zn$_2$(ZnTCPP):PCBM and control P3HT-PCBM are shown in Figure 3b for the optimised device. Remarkably, the power conversion efficiency (PCE) of the best performing optimised devices with nanosheets was 5.2%; the highest value reported in the literature for this type of device (Figure 3b) and twice that reported for the best performing device without nanosheets (2.67 %). The best performing optimised device with the nanosheets exhibited a short circuit current density (Jsc) of 10.8 mA/cm$^2$, open circuit voltage (Voc) of 0.69 V and fill factor (FF) of 69% corresponding to a PCE of 5.2%. These results are also remarkably reproducible with a low standard deviation of 0.12% PCE across 35 devices developed. The laser beam induced current (LBIC) mapping of the MON based devices shows uniform current distribution throughout the mapped region (Figure 3c).

Table S1(ESI) details the iterative development of the devices, varying the ratio of materials and annealing protocols. It is worth noting that as the concentration of MONs in the blend is increased from 1:0.25:1 to 1:0.5:1 (P3HT:Zn$_2$(ZnTCPP):PCBM) weight ratio(Table S1(a-d), the Voc remains unchanged within error, and the Jsc increases by 2.08 mA/cm$^2$ accompanied by a 2% increase in the fill factor which corresponds to higher power conversion efficiency. This increase in PCE with the gradual increase in the amount of MONs indicates that the MONs play a significant role in controlling the device performance. Upon further increase of the MON concentration (1:1:1), there is a significant drop in the FF and PCE. Thus 1:0.5:1 weight ratio of P3HT:Zn$_2$(ZnTCPP):PCBM was fixed as the optimum blend concentration for the nanosheet based devices. The reference devices produced under the same conditions without MONs were consistently lower across all metrics with the best performing optimised device without nanosheets exhibited a Jsc of 7.09 mA/cm$^2$, Voc of 0.66 V and FF of 57.44% corresponding to a power conversion efficiency of 2.67%. A comparison with data reported in the literature for P3HT-PCBM based device having active layer-BCP-Ag configuration show a broad spread of values across the 38 device results statistically analysed in this work (Table S2, ESI). In addition to remarkably high PCE’s, the Jsc values of our devices are notably high in comparison to previous literature reports indicating higher current density with the incorporation of MONs. Importantly, reference devices with the bulk unexfoliated MOF incorporated into the active layer were not found to function, presumably because of short circuiting due to the µm sized MOFs. This establishes that the nanoscopic dimensions of the monolayer MOF nanosheets play a key role in device performance. A control device was also made by incorporating the TCPP ligand in the P3HT-PCBM blend and the performance was comparable with the P3HT-PCBM devices with a PCE of 1.93% (Jsc=6.5 mA/cm$^2$, Voc=0.54 V; FF=55%) (Figure S15c, ESI). Progressive enhancement in the Jsc and PCE and no change in Voc was observed when both sets of devices were subjected to thermal, solvent and solvent + thermal annealing conditions as shown in Figure 5 and listed in Table S1, ESI. Interestingly, the fill factor for the as cast MON devices is significantly improved compared to the reference devices but the gap narrows slightly with the additional annealing processes.

### 2.3 Absorption and charge mobility

External quantum efficiency (EQE) measurements were done to compare the amount of current generation from the devices when irradiated in the wavelength range (400-700 nm). Comparison of EQE measurements for the MON-based devices with the control devices (Figure 5a) shows enhanced spectral response around 430-450 nm corresponding to π-π* transition absorption of the MONs and another well pronounced enhancement at 550-580 nm corresponding to the Q absorption band of the MONs. A higher absorption in the region 600-630 nm corresponds to an increased percentage of crystalline polymer structures in the film. A decrease in the amorphous P3HT region (Figure 5b) and the red-shifted $\lambda_{\text{max}}$ of the...
normalized absorption spectra of the MON incorporated ternary blend (Figure 5b) supports this analysis.

No obvious new transient-absorption (TA) features were observed when Zn$_2$(ZnTCPP) was added to the blend. However, the signal for the sample with Zn$_2$(ZnTCPP) added is roughly twice that of the sample without (Figure 5c and S17a-b ESI). This gives evidence of enhanced light absorption in the blend with the nanosheets, corresponding to higher current density in the solar cell performance. Evaluation of kinetics of the P3HT-PCBM and P3HT- Zn$_2$(ZnTCPP)-PCBM blends show no real change in the excited state dynamics upon addition of Zn$_2$(ZnTCPP), at least on timescales ranging from 1 ps to 1 ns (Figure S18a). However, the kinetics of polaron pairs in P3HT shows that the addition of Zn$_2$(ZnTCPP) indicates a large increase (more than twofold) in the population of charges in P3HT (Figure S17c).

The charge carrier mobility of electrons and holes after dissociation of excitons at the donor/acceptor interface is an important factor in bulk-heterojunction PV performance. Space-charge limited currents (SCLC) were fabricated and tested in hole only and electron only devices (Table S3,Figure S19a-S22b).

In the absence of nanosheets, the electron mobility in P3HT-PCBM is higher by an order of magnitude than the hole mobility. This can lead to unbalanced charge transport and non-geminate recombination. The inclusion of MONs increases the hole mobility of the system by a factor of 10, improving the balance of hole and electron mobility within the devices. This enables more efficient extraction of charges during transport to the electrodes reducing the opportunity for free charges to encounter each other and recombine at the donor-acceptor interface.

### 2.4 Understanding the morphology – GIWAXS and AFM

Grazing Incidence Wide Angle X-ray Scattering (GI-WAXS) measurements were performed on ~150 nm thick films with and without nanosheet in order to probe the structure of the thin films used in the devices (Figure 5d and Figure S18). Peak at 0.55 Å corresponds to reflection peaks (110) from Zn$_2$(ZnTCPP) nanosheets which confirms that the nanosheets do not degrade in the presence of the polymer or during the...
high temperature anneal but facilitate a well-ordered arrangement of the polymer chains and enhance the crystallinity. The peak corresponding to (100) reflections of P3HT is observed with an enhanced intensity in the GI-WAXS signal from P3HT-ZnTCPP film. P3HT appears to have predominantly adopted a face on orientation with respect to the substrate with an intense lamellar stacking peak in plane \(q_x\). The crystallite size of P3HT was calculated to be 13.59 nm from the 100 and 110 peaks using Scherrer analysis (Table S4, ESI). These observations indicate a higher fraction of crystalline P3HT upon the inclusion of ZnTCPP, consistent with the observed changes in absorption spectra.

AFM imaging of P3HT-Zn\(_2\)(ZnTCPP)-PCBM spin coated blends shows the MONs to be homogeneously distributed throughout the matrix of P3HT-PCBM. Demixing of P3HT and PCBM during thin film formation leads to separate regions of P3HT rich and PCBM rich nanoscale domains.\(^{71}\) A spatial Fourier transform was used to extract the phase separation length scales (grain size) from the AFM images (Figure S27-28, ESI). In the reference P3HT-PCBM active layer these are in the range of 10-15 nm, while in the presence of MONs the length scale is 6-10 nm. In the presence of MONs, the grain sizes are smaller and more well defined which we speculate favours charge carrier transport. It has been previously shown that the overgrowth of PCBM aggregates (in some literature reports micron sized PCBM crystallites have been observed) correlate with degraded power conversion efficiency and is a reason for detrimental performance in fullerene based systems.\(^{72}\) The presence of an additional 2-D component which interacts closely with both P3HT and PCBM appears to inhibit their de-mixing and act as a barrier to prevent the formation of oversized PCBM aggregates.
3 Discussion of the role of MONs within the devices

The zinc-porphyrin MONs possess a number of features that make them ideally suited for incorporation as third component into the active layer of OPVs. The nanoscopic dimensions of the MONs, predominantly monolayer in thickness and ~300 nm wide, allows for their incorporation of at high concentrations (20 wt%) within the ~150 nm thick active layer of the devices. It is worth emphasising that devices based on the bulk MOF did not function and it is only because the predominantly monolayer nanosheets have thicknesses less than the exciton diffusion length that they are able to be incorporated into BHJ type architecture. The porphyrin units have an absorption maximum between that of PCBM and P3HT which means the ternary blends are able to capture a larger fraction of the incident solar spectrum, although this remains dominated by the more strongly absorbing P3HT. The LUMO of the MONs at ~3.5 eV means they are ideally positioned between those of PCBM (~4.00 eV) and P3HT (~3.00 eV) with a greater than 0.3 eV offset potentially allowing the MONs to facilitate an energy cascade. However, the transient absorption spectra do not show any of the new features upon inclusion of the MONs that might be expected if the nanosheets are involved in the charge-energy transfer process. This indicates that either charge transfer to the MONs does not happen, or that it occurs faster than the limit of the experimental set-up. Never-the-less, there is typically a trade-off between improvements in Jsc/FF and Voc in ternary devices where additives improve device morphology, but the misaligned HOMO-LUMO levels of the donor and acceptor materials lead to reduced exciton dissociation and charge transfer rates. The very strong device performance and in particular the fact that the Voc is close to the theoretical limit for this system indicates that intermediate HOMO-LUMO level of the MONs prevents geminate recombination losses which would otherwise limit device performance.

The addition of nanosheets also impacts significantly on the morphology of the device. Absorbance, EQE, GI-WAXS and ellipsometry studies indicates that incorporation of the nanosheets results in a larger fraction of crystalline P3HT domains whilst smaller P3HT-PCBM grain sizes are seen by AFM. These observations could also account for the increased hole mobility observed in charge mobility studies and the increase in the population of charges in P3HT observed in transient absorption studies in the presence of MONs. The improved matching of the hole and electron mobilities and smaller grain sizes would reduce the chances for charge carrier recombination during transport to the electrodes. These observations indicate that the two-dimensional MONs act as a surface to template the formation of a larger fraction of crystalline P3HT domains and barriers to inhibit the overgrowth of PCBM aggregates leading to smaller grain sizes (Figure 6). Thus the role of the MONs is to enhance the morphology of the active layer without hindering the formation, dissociation and transport of the charge carriers through the charge percolation pathways.

Conclusions

Here we have demonstrated the first example of a MON based bulk-heterojunction solar cell by incorporating monolayer Zn₃(ZnTCPP) MONs in the active layer blend of P3HT:PCBM. The MONs’ intermediate energy levels with respect to the donor and acceptor system means that they do not create traps for charges, as observed with the introduction of nanomaterials in other ternary systems. The efficiency of the best performing devices with a 20% loading of MONs was 5.2 %, almost double that of the reference devices without nanosheets (2.67%) and the highest performing devices of its class. Incorporation of the MONs leads to a significant improvement of the open circuit voltage, current density and fill factor of the solar cells. Absorption, EQE, GI-WAXS, ellipsometry and AFM studies show a tenfold increase in charge mobility, doubling of the absorbance, improved crystallinity of P3HT and reduced P3HT:PCBM domain sizes. We suggest that these observations are best explained by the MONs acting as a template to the formation of P3HT crystallites and as a barrier to prevent the over-growth of PCBM. These results demonstrate the potential of MONs as a new class of two-dimensional nanomaterials for use in optoelectronic devices.

The ease with which the electronic and optical properties of MONs can be tuned mean that the band-gap of these materials can potentially be optimized to blend with any polymer system of choice, potentially with non-fullerene acceptor polymers such as ITIC, IHIC, Y6, PM6 etc to result in higher performing fullerene-free OPVs. A range of other semi-crystalline OPV devices where MONs can be introduced as ternary blends to enhance crystallinity, improve blending and reducing domain size are immediate candidates for further investigation.
However, as a diverse class of readily tunable two-dimensional nanomaterials, MONs have significant potential to play a wide range of roles within OPV and other electronic devices such as OLEDs in order to enhance their performance. For example, MONs may play a role as electron donors or acceptors allowing the creation of binary BHJ systems, near-IR absorbing ligands can be introduced to allow a wider range of the solar spectrum to be captured and semi-conducting MONs could be used to enhance charge mobility. The low cost, ease of fabrication and the potential to create flexible devices therefore establish MONs as an important new class of two-dimensional nanomaterials for thin film optoelectronic applications.

Conflicts of interest

DGL is a co-founder and Chairman of the materials science company Ossilia Ltd, that retails materials and equipment used in organic optoelectronic device research and development.

Author contributions

KS carried out the synthesis and characterisation of MONs, device fabrication, testing and related analysis and drafted the manuscript. DGB analyzed the transient absorption data. NV fabricated, testing and related analysis and drafted the manuscript. JAF designed and coordinated the project and helped in drafting the manuscript.

Acknowledgements

KS thanks the University of Sheffield for a Faculty of Science Scholarship. DGL thanks the UK EPSRC for partly funding this research via grants EP/M025020/1 ‘High resolution mapping of performance and degradation device mechanisms in printable photovoltaic devices’ and EP/J017361/1 ‘Supersolar Solar Energy Hub. The authors would like to thank Daniel W Polak for TA measurements and Ian Ross for TEM measurements. The authors would also like to thank Emma Spooner, Dr Onkar S Game, Rachel Kilbride, Joel A Smith, Dr Michael-Wong Stringer and Dr Benjamin Freestone for useful discussions.

Notes and references

1 A. K. Geim and K. S. Novoselov, Nat. Mater., 2007, 6, 183–191.
2 K. Leng, I. Abdelwahab, I. Verzhbitskiy, M. Telychko, L. Chu, W. Fu, X. Chi, N. Guo, Z. Chen, Z. Chen, C. Zhang, Q. H. Xu, J. Lu, M. Chhowalla, G. Eda and K. P. Loh, Nat. Mater., 2018, 17, 908–914.
3 I. V. Vlassiouk, Y. Stehle, P. R. Pudasaini, R. R. Unocic, P. D. Rack, A. P. Baddorf, I. F. Ivanov, N. V. Lavrik, F. List, N. Gupta, K. V. Bets, B. I. Yakobson and S. N. Smirnov, Nat. Mater., 2018, 17, 318–322.
4 S. Kim, H. Wang and Y. M. Lee, Angew. Chemie Int. Ed., DOI:10.1002/anie.201814349.
5 D. J. Ashworth and J. A. Foster, J. Mater. Chem. A, 2018, 6, 16292–16307.
6 M. Zhao, Y. Huang, Y. Peng, Z. Huang, Q. Ma and H. Zhang, Chem. Soc. Rev., 2018, 47, 6267–6295.
7 R. Sakamoto, K. Takada, T. Pal, H. Maeda, T. Kambe and H. Nishihara, Chem. Commun., 2017, 53, 5781–5801.
8 Y. Peng, Y. Li, B. Yujie, H. Jin, W. Jiao, X. Liu and W. Yang, Science (80-. ).
9 A. Pustovarenko, M. G. Goesten, S. Sachdeva, M. Shan, Z. Amghouz, Y. Belmakbouth, A. Dikhtiarlenko, T. Rodenas, D. Keskin, I. K. Voets, B. M. Weckhuysen, M. Eddaoudi, L. C. P. M. de Smet, E. J. R. Sudhölter, F. Kapteijn, B. Seoane and J. Gascon, Adv. Mater., 2018, 30, 1707234.
10 J. Huang, Y. Li, R. K. Huang, C. T. He, L. Gong, Q. Hu, L. Wang, Y. T. Xu, X. Y. Tian, S. Y. Liu, Z. M. Ye, F. Wang, D. D. Zhou, W. X. Zhang and J. P. Zhang, Angew. Chemie - Int. Ed., 2018, 57, 4632–4636.
11 T. He, B. Ni, S. Zhang, Y. Gong, H. Wang, L. Gu, J. Zhuang, W. Hu and X. Wang, Small, 2018, 14, 1–6.
12 D. J. Ashworth, A. Cooper, M. Trueman, R. W. M. Al-Saeedi, S. D. Lian, A. J. Meijer and J. A. Foster, Chem. - A Eur. J., 2018, 24, 17986–17996.
13 Y. Wang, M. Zhao, J. Ping, B. Chen, X. Cao, Y. Huang, C. Tan, Q. Ma, S. Wu, Y. Yu, Q. Lu, J. Chen, W. Zhao, Y. Ying and H. Zhang, Adv. Mater., 2016, 28, 4149–4155.
14 M. Zhao, Y. Wang, Q. Ma, Y. Huang, X. Zhang, J. Ping, Z. Zhang, Q. Lu, Y. Yu, H. Xu, Y. Zhao and H. Zhang, Adv. Mater., 2015, 27, 7372–7378.
15 N. Lahiri, N. Lotfizadeh, R. Tsuchikawa, V. V. Deshpande and J. Louie, J. Am. Chem. Soc., 2017, 139, 19–22.
16 A. Abhervé, S. Mañas-Valero, M. Clemente-León and E. Coronado, Chem. Sci., 2015, 6, 4665–4673.
17 X. Sun, K.-H. Wu, R. Sakamoto, T. Kusamoto, H. Maeda and H. Nishihara, Chem. Lett., 2017, 46, 1072–1075.
18 X. Hu, Z. Wang, B. Lin, C. Zhang, L. Cao, T. Wang, J. Zhang, C. Wang and W. Lin, Chem. - A Eur. J., 2017, 23, 8390–8394.
19 G. Wu, J. Huang, Y. Zang, J. He and G. Xu, J. Am. Chem. Soc., 2017, 139, 1360–1363.
20 P. Cheng, G. Li, X. Zhan and Y. Yang, Nat. Photonics, 2018, 12, 131–142.
21 J. Zhao, Y. Li, G. Yang, K. Jiang, H. Lin, H. Ade and H. Yan, Nat. Energy., DOI:10.1038/ENERGY.2015.27.
22 S. Zhang, Y. Qin, J. Zhu and J. Hou, Adv. Mater., 2018, 1800868, 1–7.
23 Y. Wang, X. Ke, Z. Xiao, L. Ding, R. Xia and H. Yip, Science (80-. ), 2018, 360, 1094–1098.
24 C.-H. Tsai, Y.-A. Su, P.-C. Lin, C.-C. Shih, H.-C. Wu, W.-C. Chen and C. Chueh, J. Mater. Chem. C, DOI:10.1039/c8tc01542b.
25 V. Sharapov, Q. Wu, A. Neshchadin, D. Zhao, Z. Cai, W. Chen and L. Yu, J. Phys. Chem. C, 2018, 122, 11305–11311.
26 Y. Cho, T. L. Nguyen, H. Oh, K. Y. Ryu and H. Y. Woo, ACS Appl. Mater. Interfaces, 2018, 10, 27757–27763.
27 M. Nam, H. Y. Noh, J. Cho, Y. Park, S. Shin, J. Kim, J. Kim, H. Lee, J. W. Shim and D. Ko, Adv. Funct. Mater., 2019,
